Biosynthesized Silver Nanoparticles Using an Aqueous Root Extract of Iris germanica as a Reducing Agent and Its Antibacterial Efficacy

Vaghela Hiral¹, Shah Rahul², Vajapara Shailesh³ and Pathan Amanullahkhan³*

¹Government Science College, Gandhinagar-382016, Gujarat, India.
²Dr. Indu Dayal Meshri College of Science and Technology, Patan – 384265, Gujarat, India.
³Department of Chemistry, Hemchandacharya North Gujarat University, Patan - 384265, Gujarat, India.

Authors' contributions

This work was carried out in collaboration among all authors. Author VH designed the study, performed the statistical analysis, wrote the protocol and wrote the first draft of the manuscript. Authors PA and VS managed the analyses and characterized data of the samples. Author SR managed the literature searches. All authors read and approved the final manuscript.

ABSTRACT

Biosynthesized silver nanoparticles (AgNPs) are environment friendly, cost-effective, biocompatible and expanding research area due to their potential applications in medical domain. The present study focuses on biologically synthesized of AgNPs using aqueous root extract of Iris germanica as reducing agent as well as capping agent and examined their potential antibacterial efficacy. In reduction reaction it was observed that silver (Ag⁺) ions associate in root extract and reduced in solution (Ag⁰) leads to formation of stable formation of spherical AgNPs. Biosynthesized AgNPs showed an effective and rapid antibacterial activity against both bacterial strain (gram⁺ve and gram⁻ve). Results exhibited that AgNPs were extremely toxic towards Bacillus subtilis and Escherichia coli pathogenic bacterial strains and can be utilized for the applications in biomedical science.

*Corresponding author: E-mail: amankhan255@gmail.com;
1. INTRODUCTION

Nanotechnology based experimental systems possesses significant potential biomedical applications and become a leading research field. When we juxtaposed nanoparticles with bulk materials, it delivers a huge area of chemicals, optional, magnetic characteristics, mechanical and electronic features [1]. Biological methods for the synthesis of silver nanoparticles (AgNPs) gaining medical area due to formation of expected product with low cost without involving any harmful/hazardous chemical reagents. In medical field, a prescribed and unharmed dosage of drug molecules can be administered in the body due to site-specific targeted action of nanoparticles which reduce the undesired toxicity in the body and increase the reactivity of the drug.

Plant extract has capacity to diminish metal ions. In vision of its impeccability, the utilization of fresh plant or whole plant extract and plant tissues to reduce metal salts to NPs has been attracted during the last 30 years [2-5]. Among noble metal nanoparticles, silver nanoparticles with excellent performance plays a significant role in the territories of biology and medicine [6, 7], treatment of disease, food preservation, for the reason of owing higher level of anticancer and antibacterial activities [8,9] and purification of water [10]. Plant extracts seems negligible in toxicity and require minimal purification steps [11]. Biomolecules obtained from plant extract [12-14], bacteria [15], viruses [16], DNA [17] and peptides [18-20] have been used to synthesize AgNPs successfully [21]. Different parts of plants such as fruits, fruit peels, bark, root and callus are utilized in this regard [22-26].

For the synthesis of AgNPs, a variety of methods have been employed such as electrochemical [26], chemical reduction [27-28], laser ablation [29], and hydrothermal methods [30]. But these methods have developed environmental issues by involving use of toxic or hazardous chemical reagents. Hence to prevent these adverse consequences the use of plant extract has been explored to synthesize AgNPs and this biological method has found to be cost-effective, nontoxic and environment friendly. In the reduction reaction, plant extract acts as reducer as well as capping agent leading to the production of stable particles with specific/different shapes and dimensions. Recently many plants have been employed for the synthesis of AgNPs such as Crateva Religiosa [31], Bauhinia Variegata [32], Moringa pterygosperma [33], Cleistanthus collinus [34], Morinda citrifolia [35], Alternanthera sessilis [36], Ceropogia thwaitesii [37], etc. There are so many medicinal plants used to synthesize metal nanoparticles [38-41].

In the present experiment, we have reported one step procedure for the biological synthesis of Silver nanoparticles using root extract of Iris germanica. The root extract was simply intermingled with 1 mm salt solution of AgNO₃ and the complete reduction of Ag⁺ to Ag⁰ was fulfilled after 2 hrs. The biosynthesized AgNPs have been characterized using spectral analysis and imaging microscopic techniques. Antibacterial activity of AgNPs has been investigated against different bacterial strains.

2. MATERIALS AND METHODS

2.1 Materials and Chemicals

Plant material was collected from botanical garden of Department of Botany, HNGU, Patan-384265, Gujarat. The voucher specimen of the herbarium Iris germanica was deposited to the plant taxonomy of Department of Botany, HNGU, Patan, Gujarat. Silver salt (AgNO₃) was purchased from Sigma Aldrich, USA. All over experiment was carried out using double distilled water as a solvent.

2.2 Preparation of Iris germanica Root Extract

The freshly collected plant material was washed several times thoroughly with tape water followed by D.D. water and dried at room temperature under shadow for 1 month. Dried plant material was grinded using grinder. In 100 ml of double distilled water, 10 gm of dried plant powder was boiled at 50°C for 30 min. After cooling, the mixture was filtered using Whatman filter paper no.1 and obtained aqueous filtrate was kept in refrigerator at 4°C for upcoming synthesis of AgNPs.

2.3 Biogenic Synthesis of AgNPs

For the biogenic synthesis of AgNPs, 30 ml of 1 mM AgNO₃ (silver salt) solution was slowly added to the 20 ml of prepared plant extract in
conical flask. After adding salt solution put the reaction mixture on magnetic stirrer with hot plate at 50°C for 30 min and color change in reaction mixture was observed from greenish to dark brown (Fig. 1) which confirmed the preliminary confirmation of formation of AgNPs by reducing the ions Ag⁺ to Ag⁰ state. Final confirmation was confirmed using UV-visible spectroscopy with SPR peak at 452 nm. The reduction of the reaction mixture was completed within 3 hrs. The final reaction mixture was subsequently purified using centrifuge for 15 min at 6,000 rpm at 4°C and bottom deposited nanoparticles were collected followed by dried it in oven for 1-2 hr. Obtained crystalline powdered AgNPs was stored in air tight bottle for further characterization and biological screening.

Fig. 1 (a) Root extract of Iris germanica (b) Reaction mixture after completion of reaction

2.4 Characterization of AgNPs

Biosynthesized Silver nanoparticles were initially characterized using UV-vis. Spectrometer (UV-1800, Shimadzu, Japan) in the range of 200-800 nm. X-ray diffraction study was carried using Rigaku D/MAX 40 kV diffractometer equipped with graphite chromatography. The average particle size was deliberated using Debye Scherer's formula,

\[ D = \frac{0.9 \lambda}{\beta \cos \theta} \]

Where, D is the mean crystalline size, \( \beta \) is the FWHM (full width at half maximum), \( \lambda \) is the X-ray wavelength and \( \theta \) is the diffraction angle. The structural morphology and elemental composition were studied by field electron gun scanning electron microscopy with energy dispersive spectroscopy (FEG-SEM with EDS, JEOL JSM-7600F) and high resolution transmission spectroscopy (HR-TEM, Tecnai G2-F30). Fourier transform infra red spectroscopy (FTIR) (Shimadzu, range of 400-4000 cm⁻¹) showed the functional groups present in the plant extract as a biomolecules which majorly leading the reduction of the metal ions. The antibacterial assay of biogenic AgNPs was inspected against Bacillus subtilis MTCC 121 (gram positive) and Escherichia coli MTCC 119 (gram negative) pathogenic bacterial strains.

3. RESULTS AND DISCUSSION

3.1 Uv-visible Spectrometer

To conform the formation of AgNPs, the sample was subjected to UV-visible spectra for the analysis. Similarly like gold nanoparticles, the AgNPs also well known to exhibit a Surface Plasmon Absorption band in the visible region. Because of Surface Plasmon Resistance (SPR) the AgNPs exhibited color change green to dark brown at the 400-500 nm visible range. After completion of the reaction, the absorption peak was observed at 452 nm (Fig. 2) which support the strong reducing properties in plant extract.

3.2 Fourier Transform Infrared Spectroscopy (FTIR)

FT-IR analysis was studied using Shimadzu (Range 400-4000 cm⁻¹). This measurement was carried out to indentify the biomolecules present on the biosynthesized AgNPs surface (Fig. 3). To remove extra compounds or free biomolecules (peptides, proteins, amino acids, etc.) which did not act as a reducing or capping agents were centrifuges for 15 min at 6000 rpm using sterile distilled water. Bottom deposited pellets were isolated followed by dried and subjected to FTIR spectroscopy. In result, FTIR peaks were observed at 1100-1580 cm⁻¹, 500 cm⁻¹ and 2372 cm⁻¹ responsible for the relevant amine (-NH₂), Ag⁺ and hydroxyl group (-OH) respectively. The analysis showed that the biomolecules present in the plant extract performed major role to reduce Ag⁺ metal ion in the reaction mixture.

3.3 X-ray Diffraction

The crystalline nature of the AgNPs was revealed by the XRD analysis (Fig. 4). The XRD study revealed the pure crystalline nature of the biologically synthesized AgNPs structure. Lattice plane are (111), (222) and (400) at 2\( \theta \) values of 15.87, 29.20 and 38.77 respectively indicate the biogenic AgNPs are face centered cubic (FCC). Due to crystallization of biomolecules present in root extract of Iris germanica, other small weak
peaks are obtained which indicate silver as a core material in conjunct. Using Debye Scherrer formula, the obtained average particle size of the biosynthesized AgNPs is 23 nm.

3.4 Field Emission Gun Scanning Electron Microscope (FEG-SEM)

Field Emission Gun Scanning Electron Microscope (FEG-SEM) analysis was performed by JEOL JSM-7600F model to obtain morphological features. With an average particle size around 15 to 50 nm analysis showed irregular shape of the highly aggregated biogenic AgNPs (Fig. 5). By energy dispersive X-ray (EDS), the elemental composition of AgNPs was examined. As a result EDS showed the amount of the AgNPs with strong optical absorption peaks at 1.7, 2.6 and 3.0 keV revealed the purity of the AgNPs (Fig. 6). The elemental amount of silver metal as a mass percentage was 51.52% which evidenced the presence of AgNPs.

Fig. 2. UV-visible spectra of synthesized silver nanoparticles (452 nm)

Fig. 3. FTIR data of biosynthesized silver nanoparticles
Fig. 4. XRD spectra of crystalline silver nanoparticles

Fig. 5. FEG-SEM images of spherical silver nanoparticles

Fig. 6. EDS pattern of biogenic AgNPs
Fig. 7. (a) and (b) are HR-TEM of biosynthesized AgNPs and (c) the selected area electron diffraction (SAED) image of AgNPs

3.5 High Resolution Transmission Electron Microscope (HR-TEM)

High Resolution Transmission Electron Microscopy (HR-TEM) was examined by Tecnai G2-F30 model and obtained the shape morphology and average size of the AgNPs. As a result the crystalline biosynthesized AgNPs obtained with spherical nature (Fig. 7a,b). Accordingly, with a good agreement with XRD data, the average particle size of the biogenic AgNPs was observed about 10 to 30 nm. The crystallinity of the biologically synthesized AgNPs was evidenced by the selected area electron diffraction (SAED) (Fig. 7c).

4. ANTIBACTERIAL ACTIVITY

Biosynthesized silver nanoparticles using root extract of *Iris germanica* examined against gram\(^+\) (*Escherichia coli* MTCC 119) and gram\(^-\) bacteria (*Bacillus subtilis* MTCC 121) with different concentration using agar well diffusion method. Plant extract was also examined using same process. Fresh overnight culture of each strain swabbed uniformly by cotton on plates holding sterile Luria Bertani agar and 4 wells (diameter size - 6 mm) were prepared using cup borer. 50 μL of sample nanoparticles pour into each well and commercial disc of gentamicin was used as positive control. Incubated it for 24 hr at 37°C, after that around the well diameter of inhibition zone was observed in millimeter (Fig. 8) (Table 1). Inhibition zone of bacterial growth is due to inhibitory compounds from the tested sample. We concluded that agar well diffusion method showed good antibacterial activity in both *Bacillus subtilis* and *Escherichia coli* showed excellent inhibition zone. Simultaneously, no result was observed in plant extract. To obtain good results, the experiment was performed thrice. Overall, biosynthesized silver nanoparticles exhibited considerable antibacterial activity against mentioned bacteria.
Hiral et al. EJMP, 31(7): 1-10, 2020; Article no.EJMP.56075

Fig. 8. Antibacterial studies of silver nanoparticles (a) E. coli (b) Bacillus subtilis

Table 1. Antibacterial study of biosynthesized silver nanoparticles against pathogenic bacteria

| Bacterial strain | Plant extract | Zone of inhibition of biosynthesized silver nanoparticles with different concentrations | Average zone of inhibition |
|------------------|---------------|---------------------------------------------------------------------------------|---------------------------|
|                  | 20 µL | 40 µL | 60 µL |                                                                                     |
| B. subtilis      | 0 mm   | 2 mm | 8 mm | 12 mm | 7.3 mm |
| E. coli          | 0 mm   | 1 mm | 7 mm | 13 mm | 7.0 mm |

5. CONCLUSION

Silver nanoparticles were successfully synthesized using root extract of Iris germanica using aqueous salt solution of AgNO₃. At primary stage, the production of AgNPs was observed by dark green to dark brown color change followed by UV spectra analysis with SPR pea at 452 nm. The rapid reduction reaction of Ag⁺ to Ag⁰ was finally completed within 3 hrs. The biomolecules presents in plant responsible for the reduction of silver metal ion was inspected by FTIR analysis. Biosynthesized AgNPs from Iris germanica showed excellent antibacterial activity against both Bacillus subtilis (gram positive) and Escherichia coli (gram negative) bacterial strains and exhibited significant zone of inhibition. Antibacterial activity raised with increasing dose of AgNPs. To conclude, this investigation explained a cost effective and eco-friendly biological method to synthesize AgNPs for excellent antibacterial activity.

COMPETING INTERESTS

Authors have declared that no competing interests exist.

REFERENCES

1. Bhushan, Bharat, ed. Springer handbook of nanotechnology. Springer, 2017.
2. Ankamwar, Balaprasad. Biosynthesis of gold nanoparticles (green-gold) using leaf extract of Terminalia catappa. Journal of Chemistry. 2010;7(4):1334-1339.
3. Kandasamy, Kathiresan, Nabeel M. Alikunhi, Gayathridevi Manickaswami, Asmathunisha Nabikhan, and Gopalakrishnan Ayyavu. Synthesis of silver nanoparticles by coastal plant Prosopis chilensis (L.) and their efficacy in controlling vibriosis in shrimp Penaeus monodon. Applied Nanoscience. 2013;3(1):65-73.
4. Irvani, Siavash. Green synthesis of metal nanoparticles using plants. Green Chemistry. 2011;13(10):2638-2650.
5. Marshall Aaron T, Richard G. Haverkamp, Clive E. Davies, Jason G. Parsons, Jorge

CONSENT

It is not applicable.

ETHICAL APPROVAL

It is not applicable.
L. Gardea-Torresdey, Dimitri van Agterveld. Accumulation of gold nanoparticles in *Brassica juncea*. International Journal of Phytoremediation. 2007;9(3):197-206.

6. Khatami Mehrdad, Shahram Pourseyedi, Phoenix dactylifera (date palm) pit aqueous extract mediated novel route for synthesis high stable silver nanoparticles with high antifungal and antibacterial activity. IET Nanobiotechnology. 2015;9(4): 184-190.

7. Rai Mahendra, Alka Yadav, Aniket Gade. Silver nanoparticles as a new generation of antimicrobials. Biotechnology Advances. 2009;27(1):76-83.

8. Mittal, Amit Kumar, Debabrata Tripathy, Alka Choudhary, Pavan Kumar Ail, Anupam Chatterjee, Inder Pal Singh, Uttam Chand Banerjee. Bio-synthesis of silver nanoparticles using *Potentilla fulgens* Wall. ex Hook. and its therapeutic evaluation as anticancer and antimicrobial agent. Materials Science and Engineering. 2015;120-127.

9. Khatami, Mehrdad, Shahram Pourseyedi, Mansour Khatami, Hadi Hamidi, Mehrnaz Zaeifi, Lida Soltani. Synthesis of silver nanoparticles using seed exudates of *Sinapis arvensis* as a novel bioresource, and evaluation of their antifungal activity. Bioresources and Bioprocessing. 2015;2(1):19.

10. Silver, Simon. Bacterial silver resistance: Molecular biology and uses and misuses of silver compounds. FEMS Microbiology Reviews. 2003;27(2-3):341-353.

11. Melaiye Abdulkareem, Wiley J. Youngs. Silver and its application as an antimicrobial agent. 2005;125-130.

12. Kajani, Abolghasem Abbasi, Abdol-Khalegh Bordbar, Sayyed Hamid Zarkesh Esfahani, Ahmad Reza Khosropour, and Amir Razmjou. Green synthesis of anisotropic silver nanoparticles with potent anticancer activity using *Taxus baccata* extract. RSC Advances. 2014;106(4):61394-61403.

13. Iravani, Siavash. Green synthesis of metal nanoparticles using plants. Green Chemistry. 2011;13(10):2638-2650.

14. Li, Shikuo, Yuhua Shen, Anjian Xie, Xuerong Yu, Lingguang Qiu, Li Zhang, and Qingfeng Zhang. Green synthesis of silver nanoparticles using *Capsicum annuum* L. extract. Green Chemistry. 2007;9(8):852-858.

15. Zhang, Haoran, Qingbiao Li, Yinghua Lu, Daohua Sun, Xueping Lin, Xu Deng, Ning He, Shuzhen Zheng. Biosorption and bioreduction of diamine silver complex by Corynebacterium. Journal of Chemical Technology & Biotechnology: International Research in Process, Environmental & Clean Technology. 2005; 80(3):285-290.

16. Yang, Cuixian, Sukwon Jung, and Hyunmin Yi. A biofabrication approach for controlled synthesis of silver nanoparticles with high catalytic and antibacterial activities. Biochemical Engineering Journal. 2014;89:10-20.

17. Kundu, Subrata. Formation of self-assembled Ag nanoparticles on DNA chains with enhanced catalytic activity. Physical Chemistry Chemical Physics. 2013;15(33):14107-14119.

18. Nam, Ki Tae, Yun Jung Lee, Eric M. Krauland, Stephen T. Kottmann, and Angela M. Belcher. Peptide-mediated reduction of silver ions on engineered biological scaffolds. Acs Nano. 2008;2(7):1480-1486.

19. Upert, Grégory, Francelin Bouillère, and Helma Wennemers. Oligoprolines as scaffolds for the formation of silver nanoparticles in defined sizes: correlating molecular and nanoscopic dimensions. Angewandte Chemie International Edition. 2014;51(17):4231-4234.

20. Wennemers, Helma. Peptides as asymmetric catalysts and templates for the controlled formation of Ag nanoparticles." Journal of Peptide Science. 2012;18(7): 437-441.

21. Sre PR, Rathi M, Reka R, Poovazhagi M, Arul Kumar K, Murugesan. Antibacterial and cytotoxic effect of biologically synthesized silver nanoparticles using aqueous root extract of *Erythrina indica* lam. Spectrochimica Acta Part A: Molecular and Biomolecular Spectroscopy. 2015;135:1137-1144.

22. Qayyum, Erum, Vanessa A. Castillo, Kneath Warrington, Mohamed A. Barakat, and John N. Kuhn. Methanol oxidation over silica-supported Pt and Ag nanoparticles: Toward selective production of hydrogen and carbon dioxide.
23. Lippits MJ, Nieuwenhuys BE. Direct conversion of ethanol into ethylene oxide on copper and silver nanoparticles: Effect of addition of CeOx and Li2O. Catalysis Today. 2010;154(1-2):127-132.

24. Wunder, Stefanie, Frank Polzer, Yan Lu, Yu Mei, Matthias Ballauff. Kinetic analysis of catalytic reduction of 4-nitrophenol by metallic nanoparticles immobilized in spherical polyelectrolyte brushes. The Journal of Physical Chemistry. 2010;114 (18):8814-8820.

25. Sun, Yugang, Younan Xia. Shape-controlled synthesis of gold and silver nanoparticles. Science. 2002;298(5601): 2176-2179.

26. Gu, Changdong, Tong-Yi Zhang. Electrochemical synthesis of silver polyhedrons and dendritic films with superhydrophobic surfaces. Langmuir. 2008;24(20):12010-12016.

27. Pal, Sukdeb, Eun Jeong Yoon, Yu Kyung Tak, Eung Chil Choi, and Joon Myong Song. Synthesis of highly antibacterial nanocrystalline trivalent silver polydiguanide. Journal of the American Chemical Society. 2009;131(44):16147-16155.

28. Tejani J, Shah R, Vaghela H, Kukadiya T, Pathan AA. Conditional optimization of displacement synthesis for pioneered ZnS nanostructures. J Nanotech Adv Mater. 2018;6(1):1-7.

29. Shin, Hyeon Suk, Hyun Jung Yang, Seung Bin Kim, and Mu Sang Lee. Mechanism of growth of colloidal silver nanoparticles stabilized by polyvinyl pyrrolidone in γ-irradiated silver nitrate solution. Journal of Colloid and Interface Science. 2004;274 (1):89-94.

30. Feng, Mei, Meng Zhang, Ji-Ming Song, Xiao-Guang Li, Shu-Hong Yu. Ultralong silver trimolybdate nanowires: synthesis, phase transformation, stability and their photocatalytic, optical, and electrical properties. J. Am. Chem. Soc. 2011;133(8):6726-6735.

31. Jadhav, Jayesh, Rahul Shah. Synthesis of biogenic silver nanoparticles from medicinal plant and it's antibacterial activity.

32. Shah R, Vaghela H, Parmar K. Biogenic synthesis of silver nanoparticles using Bauhinia variegata bark extract and its antibacterial efficacy. Int. J. Nano. Chem. 2017;3(2):45-49.

33. Vaghela, Hiral, Rahul Shah, Kokila A. Parmar. Biogenic synthesis of silver nanoparticles from medicinal plant and its antimicrobial activity. Int. J. Chem Tech Research. 2017;10(2):748-753.

34. Kanipandian, Nagarajan, Soundarapandian Kannan, Rama Ramesh, Periyasamy Subramanian, Ramasamy Thirumurugan. Characterization, antioxidant and cytotoxicity evaluation of green synthesized silver nanoparticles using Cleistanthus collinus extract as surface modifier. Materials Research Bulletin. 2014;49:494-502.

35. Jeyaraj, Murugaraj, Manoharan Rajesh, Renganathan Arun, Davoodbasha Mubarak Ali, Gnanasekar Sathishkumar, Ganeshan Sivanandan, Gnanajothi Kapil Dev et al. An investigation on the cytotoxicity and caspase-mediated apoptotic effect of biologically synthesized silver nanoparticles using Podophyllum hexandrum on human cervical carcinoma cells. Colloids and Surfaces B: Biointerfaces. 2013;102:708-717.

36. Niraimathi KL, Sudha V, Lavanya R, Brindha P. Biosynthesis of silver nanoparticles using Alternanthera sessilis (Linn.) extract and their antimicrobial, antioxidant activities. Colloids and Surfaces B: Biointerfaces. 2013;102:288-291.

37. Bhaarya S, Muthukrishnan S, Sukumar M, Grijalva M, Cumbal L, Franklin Benjamin JH, Senthil Kumar T, Rao MV. Antimicrobial, antioxidant and anticancer activity of biogenic silver nanoparticles—an experimental report. RSC Advances. 2016;6(84):81436-81446.

38. Vaghela, Hiral, Rahul Shah, Kokila A. Parmar. Plant mixture mediated biogenic copper nanoparticles: Antibacterial assay. Current Nanomaterials. 2018;3(2):86-94.

39. Vaghela, Hiral, Rahul Shah, Amanullakhan Pathan. Palladium nanoparticles mediated through bauhinia variegata: Potent in vitro anticancer activity against mcf-7 cell lines and antimicrobial assay. Current Nanomaterials. 2018;3(3):168-177.

40. Shah, Rahul, Amanullakhan Pathan, Hiral Vaghela, Suresh C. Ameta, Kokila Parmar. Green synthesis and
characterization of copper nanoparticles using mixture (Zingiber officinale, Piper nigrum and Piper longum) extract and its antimicrobial activity. Chemical Science. 2019;8(1):63-69.

41. Vaghela, Hiral M, Amanullakhan A. Pathan, Rahul H. Shah. The biogenic synthesis of Au, Pd and Pt nanoparticles and its medicinal applications: A review. Cambridge Scholars Publishing; 2018.

© 2020 Hiral et al.; This is an Open Access article distributed under the terms of the Creative Commons Attribution License (http://creativecommons.org/licenses/by/4.0), which permits unrestricted use, distribution, and reproduction in any medium, provided the original work is properly cited.

Peer-review history:
The peer review history for this paper can be accessed here: http://www.sdiarticle4.com/review-history/56075